This article was downloaded by:
On: 25 January 2011
Access details: Access Details: Free Access
Publisher Taylor \& Francis
Informa Ltd Registered in England and Wales Registered Number: 1072954 Registered office: Mortimer House, 3741 Mortimer Street, London W1T 3JH, UK


## Liquid Crystals

Publication details, including instructions for authors and subscription information: http://www.informaworld.com/smpp/title $\sim$ content=t713926090

## Surface energy of biaxial nematics

Hong Liu

Online publication date: 11 November 2010

To cite this Article Liu, Hong(2002) 'Surface energy of biaxial nematics', Liquid Crystals, 29: 12, 1513 - 1519
To link to this Article: DOI: 10.1080/0267829021000059900
URL: http://dx.doi.org/10.1080/0267829021000059900

PLEASE SCROLL DOWN FOR ARTICLE

[^0]
# Surface energy of biaxial nematics 

HONG LIU<br>Department of Physics, Nanjing Normal University, Nanjing 210097, PR China;<br>e-mail: hliu-njnu@hotmail.com

(Received 20 October 1999; in final form 16 February 2000; accepted 22 February 2000)


#### Abstract

In this paper, a form of surface energy for biaxial nematics is derived. The methods follow those for deriving Landau elastic energy Frank elastic energy for bulk nematics. The surface energy can also be derived in rotation matrix expansion. The result shows that in the first order approximation, there are four independent coefficients in the surface energy. When each of the three orthogonal directors of biaxial nematics coincides with its corresponding easy axis, the surface energy is linearly proportional to the order parameters. An application of this surface energy is discussed and possible experimental measurements of three linear combinations of the four coefficients are explored.


## 1. Introduction

The surface energy of a nematic liquid crystal has been used in all problems involving weak anchoring boundary conditions. The interaction between the liquid crystal and a confining surface gives rise to a surface energy in a form first suggested by Rapini-Papoular [1]. For homeotropic alignment, it was proposed that the surface energy has the form $W_{\sin }{ }^{2} \theta / 2$, where $W$ is the polar anchoring strength in units of energy density, and $\theta$ is the polar angle the director $\mathbf{n}$ makes with the easy axis $\mathbf{n}^{0}$. For homogeneous alignment, de Gennes [2] used a similar expression, i.e. $F_{\mathrm{s}}=1 / 2 W_{\theta}{ }^{2}$ where $W$ is the azimuthal anchoring strength, and $\theta$ is the angle the director in the surface plane makes with the easy axis. In the computer simulation of finger-print texture of cholesteric liquid crystal induced by an external field, Shiyanovskii and Lavrentovich [3] used a surface energy in a generalized Rapini form, $F_{\mathrm{s}}=-1 / 2 W_{i j} n_{i} n_{j}$, to describe a pretilt angle as well as different polar and azimuthal anchoring. Here the repeated index means summation.

Apart from the forms that describe the deviation of the director from the easy axis in uniaxial nematics, other forms of surface energy related to the order parameter have been suggested. Sheng [4] and other authors [5] used the expression $-G S$ for surface energy, where $G$ is a constant denoting the strength of the potential felt by each molecule and $S=\left\langle P_{2}(\cos \theta)\right\rangle$. When $G>0$ (or $G<0$ ) the long molecular rods tend to align parallel (or perpendicular) to the director. In this type of expression, the director is assumed to be along the easy axis.

Because both the deviation of directors from easy axes and the degree of molecular orientation along the directors contribute to the surface energy, it is necessary to find a general form of surface energy for biaxial nematics in terms of order parameters and relative orientation of directors with respect to easy axes. In the following sections, we will first use a similar approach to that used in Landau theory [6] to form a rotational invariance for the surface energy where the anchoring strengths depend on the order parameters. Then a similar method to that used in Frank elastic theory [7] will be employed in deriving another form of surface energy. The validity of these forms is further checked by a rotation matrix series expansion. These two forms of surface energy will be compared and possible experimental measurements for the anchoring strengths will be explored.

## 2. Theory

Consider a triad of orthogonal director fields of a biaxial nematic liquid crystal $\mathbf{a}, \mathbf{b}$ and $\mathbf{c}$. In the boundary surface, suppose three orthogonal easy axes are denoted by $\mathbf{a}^{0}$, $\mathbf{b}^{\mathbf{b}}$ and $\mathbf{c}^{0}$ respectively. In weak anchoring conditions, the relative orientations of directors $\mathbf{a}, \mathbf{b}$ and $\mathbf{c}$ with respect to $\mathbf{a}^{0}, \mathbf{b}^{0}$ and $\mathbf{c}^{0}$ can be realized by three rotations in the following order:
(1) rotation of angle $\phi a$ around $\mathbf{a}^{0}$ axis $(0 \leqslant \phi a<2 \pi)$;
(2) rotation of angle $\phi b$ around $\mathbf{b}^{b}$ axis $(0 \leqslant \phi b<\pi)$;
(3) rotation of angle $\phi c$ around $\mathbf{c}^{0}$ axis $(0 \leqslant \phi c<2 \pi)$.

Note the angles $\phi a, \phi b$ and $\phi c$ are not Euler angles. The benefit of using this system of rotations is that when the
directors' deformation involves only one of the rotations, the result can be expressed in a single angle, while in Euler angles two may be involved.

In the $\mathbf{a}^{0}, \mathbf{b}^{0}, \mathbf{c}^{0}$ system, in terms of $\phi a, \phi b$, and $\phi c$, directors $\mathbf{a}, \mathbf{b}$ and $\mathbf{c}$ can be expressed as

$$
\left(\begin{array}{l}
\mathbf{a} \\
\mathbf{b} \\
\mathbf{c}
\end{array}\right)=\left(\begin{array}{c}
\cos \phi c \cos \phi b \\
\cos \phi c \sin \phi b \sin \phi a-\sin \phi c \cos \phi a \\
\cos \phi c \sin \phi b \cos \phi a+\sin \phi c \sin \phi a
\end{array}\right.
$$

$\left.\begin{array}{cc}\sin \phi c \cos \phi b & -\sin \phi b \\ \sin \phi c \sin \phi b \sin \phi a+\cos \phi c \cos \phi a & \cos \phi b \sin \phi a \\ \sin \phi c \sin \phi b \cos \phi a-\cos \phi c \sin \phi a & \cos \phi b \cos \phi a\end{array}\right)\left(\begin{array}{l}\mathbf{a}^{0} \\ \mathbf{b}^{0} \\ \mathbf{c} 0\end{array}\right)$

$$
=U\left(\phi a, \phi b, \phi_{c}\right)\left(\begin{array}{l}
\mathbf{a}^{0}  \tag{1}\\
\mathbf{b}^{0} \\
\mathbf{c}^{0}
\end{array}\right) .
$$

While in terms of Euler angles $(\alpha, \beta, \gamma)$

$$
\begin{align*}
\left(\begin{array}{l}
\mathbf{a} \\
\mathbf{b} \\
\mathbf{c}
\end{array}\right)= & \left(\begin{array}{cc}
\cos \alpha \cos \beta \cos \gamma-\sin \alpha \sin \gamma \\
-\cos \alpha \cos \beta \sin \gamma-\sin \alpha \cos \gamma \\
\cos \alpha \sin \beta
\end{array}\right. \\
& \left.\begin{array}{cc}
\sin \alpha \cos \beta \cos \gamma+\cos \alpha \sin \gamma & -\sin \beta \cos \gamma \\
& -\sin \alpha \cos \beta \sin \gamma+\cos \alpha \cos \gamma \\
\sin \beta \sin \gamma \\
\sin \alpha \sin \beta & \cos \beta
\end{array}\right)\left(\begin{array}{l}
\mathbf{a}^{0} \\
\mathbf{b}^{0} \\
\mathbf{c}^{0}
\end{array}\right) \\
= & U(\alpha, \beta, \gamma)\left(\begin{array}{l}
\mathbf{a}^{0} \\
\mathbf{b}^{0} \\
\mathbf{c}^{0}
\end{array}\right) . \tag{2}
\end{align*}
$$

The surface energy must satisfy the following requirements: (1) the energy must be rotational invariant; (2) the states of molecular orientation near the surface are indistinguishable for $\mathbf{a}$ and $-\mathbf{a}$, or $\mathbf{b}$ and $-\mathbf{b}$, or $\mathbf{c}$ and -c. Therefore the surface energy must be invariant under each of the following six operations: (1) $\mathbf{a} \rightarrow-\mathbf{a}$, (2) $\mathbf{b} \rightarrow-\mathbf{b}$, (3) $\mathbf{c} \rightarrow-\mathbf{c}$, (4) $\mathbf{a}^{0} \rightarrow-\mathbf{a}^{0}$, (5) $\mathbf{b}^{0} \rightarrow-\mathbf{b}^{0}$, and (6) $\mathbf{c}^{0} \rightarrow-\mathbf{c}^{0}$. Consequently, there will be no linear terms and cross terms such as $\mathbf{a}, \mathbf{a} \cdot \mathbf{b}$ etc. The terms like $(\mathbf{a} \cdot \mathbf{b}) \mathbf{c}$ satisfy this requirement since $\left(\mathbf{a}^{\cdot} \cdot \mathbf{b}\right) \mathbf{c}=\left(\mathbf{a}^{\cdot} \cdot \mathbf{b}\right)(\mathbf{a} \times \mathbf{b})$, yet it is not a rotational invariant and therefore should be disregarded. This requirement is the same one used in deriving Frank elastic energy for the bulk uniaxial nematics [2]. The same symmetry property in Saupe's elastic energy for biaxial nematics is also assumed [8] (see equation (30) for the form of elastic energy of biaxial nematics). The surface energy, $F_{\mathrm{s}}=-1 / 2 W_{i j} n_{i} n_{j}$ used in [5] also satisfied this requirement.

When $\mathbf{a}, \mathbf{b}$, and $\mathbf{c}$ coincide with $\mathbf{a}^{0}, \mathbf{b}^{0}$, and $\mathbf{c}^{0}$ respectively, neglecting the higher order terms, the surface energy is linearly proportional to the order parameters. The proof is as follows. For a rod-like molecule, suppose the long axis of molecule in the $\mathbf{a}^{0}, \mathbf{b}^{0}, \mathbf{c}^{\mathbf{c}}$ system is oriented with polar and azimuthal angles $\theta$ and $\phi$, respectively. The microscopic surface energy $F_{\mathrm{s}}^{\mathrm{m}}$ in general is a function of $\theta$ and $\phi$. Expanding $F_{\mathrm{s}}^{\mathrm{m}}$ in a series of spherical harmonics $Y_{\operatorname{lm}}(\theta, \phi)$, we have

$$
\begin{equation*}
F_{\mathrm{s}}^{\mathrm{m}}(\theta, \phi)=\sum_{l=0} \sum_{m=-l}^{l} a_{l m} Y_{l m}(\theta, \phi) . \tag{3}
\end{equation*}
$$

Neglecting higher order terms of $l \geqslant 3$ and considering the fact that $F_{\mathrm{s}}^{\mathrm{m}}$ is real, we have $a_{22}=a_{2-2}, a_{11}=-a_{1-1}$. Suppose the unit vector along the long axis of rod-like molecule is $\mathbf{n}$ (it is not the director of uniaxial nematics). For the macroscopic surface energy $F_{\mathrm{s}}=\left\langle F_{\mathrm{s}}^{\mathrm{m}}(\theta, \phi)\right\rangle$ where 〈〉 represents the thermal average, it must be invariant under the reversion of $n_{x} \rightarrow-n_{x}$ (i.e. $\phi \rightarrow \pi-\phi$ ). Therefore it gives $a_{11}=0$ and

$$
\begin{align*}
F_{\mathrm{s}}= & a_{20}\left(\frac{5}{4 \pi}\right)^{1 / 2}\left\langle P_{2}(\cos \theta)\right\rangle \\
& +a_{22}\left(\frac{15}{32 \pi}\right)^{1 / 2}\left\langle\frac{3}{2} \sin ^{2} \theta \cos 2 \phi\right\rangle \\
\equiv & a_{20}\left(\frac{5}{4 \pi}\right)^{1 / 2} S+a_{22}\left(\frac{15}{32 \pi}\right)^{1 / 2} P \tag{4}
\end{align*}
$$

where

$$
S=\left\langle P_{2}(\cos \theta)\right\rangle, \quad P=\left\langle\frac{3}{2} \sin ^{2} \theta \cos 2 \phi\right\rangle .
$$

Generally, for a rigid molecule of arbitrary shape, three orthogonal unit vectors $\mathbf{I}, \mathbf{m}, \mathbf{n}$ are linked to the molecules. In Euler angles, l, m, $\mathbf{n}$ can be expressed as

$$
\left(\begin{array}{l}
\mathbf{l}  \tag{5}\\
\mathbf{m} \\
\mathbf{n}
\end{array}\right)=U(\alpha, \beta, \gamma)\left(\begin{array}{l}
\mathbf{a}^{0} \\
\mathbf{b}^{0} \\
\mathbf{c}^{0}
\end{array}\right)
$$

where $U_{(\alpha, \beta, \gamma)}$ is given by equation (2). Since the microscopic surface energy is a function of Euler angles, it can be expanded into a series of rotation matrices, i.e.

$$
\begin{align*}
F_{\mathrm{s}}^{\mathrm{m}}(\alpha, \beta, \gamma)= & \sum_{j=0} \sum_{m^{\prime}=-j}^{j} \sum_{m=-j}^{j} A_{m^{\prime} m}^{j} D_{m^{\prime} m}^{(j)}(\alpha, \beta, \gamma) \\
= & \sum_{j=0} \sum_{m^{\prime}=-j}^{j} \sum_{m=-j}^{j} A_{m^{\prime} m}^{j} \exp \left(-\mathrm{i} m^{\prime} \alpha\right) \\
& \times d_{m^{\prime} m}^{j}(\beta) \exp \left(-\mathrm{i} m_{\gamma}\right) \tag{6}
\end{align*}
$$

where

$$
\begin{align*}
d_{m^{\prime} m}^{j}(\beta)= & {\left[(j+m)!(j-m)!\left(j+m^{\prime}\right)!\left(j-m^{\prime}\right)!\right]^{1 / 2} } \\
& \times \sum_{\kappa} \frac{(-1)^{\kappa}}{\left(j-m^{\prime}-\kappa\right)!(j+m-\kappa)!\left(\kappa+m^{\prime}-m\right)!\kappa^{\prime}!} \\
& \times\left(\cos \frac{\beta}{2}\right)^{2 j+m-m^{\prime}-2_{\kappa}}\left(-\sin \frac{\beta}{2}\right)^{m^{\prime}-m+2_{\kappa}} . \tag{7}
\end{align*}
$$

The macroscopic surface energy is the thermal average of $F_{\mathrm{s}}^{\mathrm{m}}(\alpha, \beta, \gamma)$. Neglecting higher order terms of $j \geqslant 3$, we have

$$
\begin{align*}
F_{\mathrm{s}}= & \left\langle\sum_{j=0,1,2} \sum_{m^{\prime}=-j}^{j} \sum_{m=-j}^{j} A_{m^{\prime} m}^{j}\right. \\
& \left.\times \exp \left(-\mathrm{i} m^{\prime} \alpha\right) d_{m^{\prime} m}^{j}(\beta) \exp (-\mathrm{i} m \gamma)\right\rangle \tag{8}
\end{align*}
$$

Under the operation of $\mathbf{a}^{0} \rightarrow{ }^{-} \mathbf{a}^{0}, \mathbf{b}^{0} \rightarrow-\mathbf{b}^{0}$ (i.e. $\alpha \rightarrow \alpha+\pi$ ) and $\mathbf{l} \rightarrow-\mathbf{l}, \mathbf{m} \rightarrow-\mathbf{m}$ (i.e. $\gamma \rightarrow \gamma+\pi$ ), the surface energy should be invariant. Therefore we have all the coefficients of $j=o d d, m^{\prime}=o d d, m=o d d$ equal to zero. Since $F_{\text {s }}$ is real and invariant under the operation of $\mathbf{I} \rightarrow-\mathbf{I}, \mathbf{n} \rightarrow-\mathbf{n}$ (i.e. $\beta \rightarrow \pi-\beta, \alpha \rightarrow \alpha+\pi, \gamma \rightarrow \pi-\gamma$ ), we have

$$
\begin{gather*}
A_{-20}^{2}=A_{20}^{2}, \quad A_{0-2}^{2}=A_{02}^{2}, \\
A_{-2-2}^{2}=A_{22}^{2}=A_{-22}^{2}=A_{2-2}^{2} . \tag{9}
\end{gather*}
$$

Therefore $F_{\text {s }}$ can be simplified as

$$
\begin{align*}
F_{\mathrm{s}}= & A_{00}^{2}\left\langle P_{2}(\cos \beta)\right\rangle+\frac{\sqrt{6}}{2} A_{02}^{2}\left\langle\cos 2 \alpha \sin ^{2} \beta\right\rangle \\
& +\frac{\sqrt{6}}{2} A_{20}^{2}\left\langle\cos 2 \gamma \sin ^{2} \beta\right\rangle \\
& +A_{22}^{2}\left\langle\left(\cos ^{2} \beta+1\right) \cos 2 \alpha \cos 2 \gamma\right. \\
& -2 \cos \beta \sin 2 \alpha \sin 2 \gamma\rangle \\
= & A_{00}^{2} S+\frac{\sqrt{6}}{3} A_{02}^{2} P+\frac{\sqrt{6}}{3} A_{20}^{2} D+\frac{2}{3} A_{22}^{2} C \tag{10a}
\end{align*}
$$

where

$$
\begin{array}{ll}
S=\frac{1}{2}\left\langle 3 n_{z}^{2}-1\right\rangle, \quad P=\frac{3}{2}\left\langle n_{x}^{2}-n_{y}^{2}\right\rangle \\
D=\frac{3}{2}\left\langle l_{z}^{2}-m_{z}^{2}\right\rangle, \quad C=\frac{3}{2}\left\langle l_{x}^{2}-l_{y}^{2}-m_{x}^{2}+m_{y}^{2}\right\rangle . \tag{10b}
\end{array}
$$

The order parameter matrix elements are

$$
\begin{align*}
Q_{\alpha \beta}^{(\mathrm{d})}= & A_{l l} \frac{1}{2}\left\langle 3 l_{\alpha} l_{\beta}-\delta_{\alpha \beta}\right\rangle+A_{m m} \frac{1}{2}\left\langle 3 m_{\alpha} m_{\beta}-\delta_{\alpha \beta}\right\rangle \\
& +A_{n n} \frac{1}{2}\left\langle 3 n_{\alpha} n_{\beta}-\delta_{\alpha \beta}\right\rangle \\
= & \frac{3}{2}\left(A_{n n}-\bar{A}\right) Q_{\alpha \beta}^{(0 \mathrm{~d})}+\frac{1}{2}\left(A_{l l}-A_{m m}\right) T_{\alpha \beta}^{(\mathrm{d})} \tag{11}
\end{align*}
$$

where $A_{i i}(i=l, m, n)$ are three_diagonal polarizability elements in the $\mathbf{l}, \mathbf{m}, \mathbf{n}$ system, $\bar{A}=\left(A_{l l}+A_{m m}+A_{n n}\right) / 3$ is its average, $Q^{(0 \mathrm{dd})}$ and $T^{(\mathrm{d})}$ are the diagonalized matrices where $Q_{11}^{(0 \mathrm{~d})}=-(S-P) / 2, Q_{22}^{(0 \mathrm{~d})}=-(S+P) / 2, Q_{33}^{(0 \mathrm{~d})}=S$, $T_{11}^{(\mathrm{d})}=(D-C) / 2, T_{22}^{(\mathrm{d})}=-(D+C) / 2, T_{33}^{(\mathrm{d})}=D ; S, P, D$, and $C$ are given by equation $(10 \mathrm{~b})$. Comparing equations $(10 a)$ and (11), we have a surface energy as a linear combination of order parameters $S, P, D$, and $C$ for the arbitrary shaped molecule. When $A_{l l}=A_{m m}$, the order parameter matrix $Q^{(\mathrm{d})}=Q^{(0 \mathrm{~d})}$ and the system have only two order parameters $S$ and $P$. When $A_{l l} \neq A_{m m}$, we have two independent order parameter matrices $Q^{(0 \mathrm{~d})}$ and $T^{(\mathrm{d})}$.

When $\mathbf{a}, \mathbf{b}$, and $\mathbf{c}$ are rotated away from $\mathbf{a}^{0}, \mathbf{b}^{0}$, and $\mathbf{c}^{0}$, in the $\mathbf{a}^{0}, \mathbf{b}^{0}, \mathbf{c}^{0}$ system, the order parameter matrices become

$$
\begin{equation*}
Q_{i j}^{0}=U_{i_{\alpha}} U_{j_{\beta}} Q_{\alpha \beta}^{(0 \mathrm{~d})}, \quad T_{i j}=U_{i_{\alpha}} U_{j_{\beta}} T_{\alpha \beta}^{(\mathrm{d})} \tag{12}
\end{equation*}
$$

where $U_{i_{\alpha}}=\mathrm{e}^{i} \cdot \mathrm{e}_{\alpha}^{\prime}$ are given by equations (1) and (2). Here $\mathbf{e}^{1}=\mathbf{a}, \mathbf{e}^{2}=\mathbf{b}, \mathbf{e}^{3}=\mathbf{c}, \mathbf{e}^{\prime}=\mathbf{a}^{0}, \mathbf{e}^{\prime}=\mathbf{b}^{0}, \mathbf{e}^{\prime}=\mathbf{c}^{0}$.

Generally, since the surface energy is a function of $Q^{(0)}$ and $T$, it can be expanded into Taylor series of $Q_{\alpha \beta}^{0}$ and $T_{\alpha \beta}$. Keeping only the linear terms, and considering the requirement (1), we have

$$
\begin{equation*}
F_{\mathrm{s}}=V_{j i} Q_{i j}^{0}+W_{j i} T_{i j} \tag{13}
\end{equation*}
$$

where $V$ and $W$ are the second rank tensor coe ${ }^{\text {fficients. }}$
Rewriting $V$ as

$$
\begin{equation*}
V_{i j}=\frac{1}{2}\left(V_{i j}+V_{j i}\right)+\frac{1}{2}\left(V_{i j}-V_{j i}\right) \equiv V_{i j}^{(\mathbf{S})}+V_{i j}^{(\mathbf{A})} \tag{14}
\end{equation*}
$$

where $V^{(\mathrm{S})}$ is a symmetric matrix, $V^{(\mathrm{A})}$ is anti-symmetric matrix. Similarly, we can write $W=W^{(\mathbf{S})}+W^{(\mathrm{A})}$. Substituting $V$ and $W$ into equation (12), we have

$$
\begin{equation*}
F_{\mathrm{s}}=V_{j i}^{(\mathrm{S})} Q_{i j}^{(0)}+V_{j i}^{(\mathrm{A})} Q_{i j}^{(0)}+W_{j i}^{(\mathrm{S})} T_{i j}+W_{j i}^{(\mathrm{A})} T_{i j} \tag{15}
\end{equation*}
$$

Since $V_{j i}^{(\mathrm{A})} Q_{i j}^{0}=-V_{i j}^{(\mathrm{A})} Q_{i j}^{0}=-V_{i j}^{(\mathrm{A})} Q_{j i}^{0}$, we have $V_{j i}^{(\mathrm{A})} Q_{i j}^{0}=0$. Similarly $W_{j i}^{(\mathrm{A})} T_{i j}=0$. Therefore $F_{\text {s }}$ can be written as

$$
\begin{equation*}
F_{\mathrm{s}}=V_{j i}^{(\mathrm{S})} Q_{i j}^{0}+W_{j i}^{(\mathrm{S})} T_{i j} \tag{16}
\end{equation*}
$$

That means we can always choose two symmetric matrices as coefficient matrices. Dropping the superscripts and bearing in mind that $V$ and $W$ are symmetric, we can simply write $F_{\mathrm{s}}=V_{i i} Q_{i j}^{0}+W_{j i} T_{i j}$.

Subtracting

$$
\left(V_{11}+V_{22}+V_{33}\right) \delta_{i j} Q_{i j / 3}^{0}+\left(W_{11}+W_{22}+W_{33}\right) \delta_{i j} T_{i j} / 3=0
$$

from equation (16), we have

$$
\begin{align*}
F_{\mathrm{s}} & =\left(V_{i j}-\frac{1}{3} \sum_{k} V_{k k} \delta i j\right) Q_{i j}^{0}+\left(W_{i j}-\frac{1}{3} \sum_{k} W_{k} \delta_{i j}\right) T_{j i} \\
& \equiv v_{i j} Q_{i j}^{0}+w_{i j} T_{j i} \tag{17}
\end{align*}
$$

where $v$ and $w$ are traceless tensors. Therefore there are only five independent coe ${ }^{\mathrm{fff}}$ cients for each matrix.

Substituting equation (12) into (17) we have

$$
\begin{equation*}
F_{\mathrm{s}}=v_{i j} U_{i_{\alpha}} U_{j_{\beta}} Q_{\alpha \beta}^{(0 \mathrm{~d})}+w_{i j} U_{i_{\alpha}} U_{j_{\beta}} T_{\alpha \beta}^{(\mathrm{d})} . \tag{18}
\end{equation*}
$$

Since $F_{\mathrm{s}}$ is a function of $\alpha, \beta, \gamma$ and is invariant under the operation of $\gamma \rightarrow \gamma+\pi$ (i.e. $\mathbf{a} \rightarrow-\mathbf{a}$ and $\mathbf{b} \rightarrow-\mathbf{b}$ ), $\beta \rightarrow \pi-\beta, \alpha \rightarrow \alpha+\pi, \gamma \rightarrow \pi-\gamma$ (i.e. $\mathbf{a} \rightarrow-\mathbf{a}, \mathbf{c} \rightarrow-\mathbf{c}$ ), we have the off-diagonal elements of $v$ and $w$ equal to zero. Therefore there will be only two independent elements for $v$ and two for $w$.

Note that when $\mathbf{a}, \mathbf{b}$, and $\mathbf{c}$ coincide with $\mathbf{a}^{0}, \mathbf{b}^{0}$, and $\mathbf{c}^{0}$, respectively, the surface energy is linearly proportional to the order parameters $S, P, D$, and $C$, as shown in equation $(10 a)$; we found that $\mathbf{a}^{0}, \mathbf{b}^{0}$, and $\mathbf{c}^{0}$ are the three eigenvectors in which the symmetric matrices $v$ and $w$ are diagonalized.

## 3. The second form of surface energy

If we do not consider the influence of order parameters, we can form four independent rotational invariants:

$$
\begin{equation*}
b_{0 i} b_{0 j} b_{i} b_{j}, \quad b_{0 i} b_{0 j} c_{i} c_{j}, \quad c_{0 i} c_{0 j} b_{i} b_{j}, \quad c_{0 i} c_{0 j} c_{i} c_{j} \tag{19}
\end{equation*}
$$

Using $a_{i} a_{j}=\delta_{i j}-b_{i} b_{j}-c_{i} c_{j}, a_{0 i} a_{0 j}=\delta_{i j}-b_{0 i} b_{0 j}-c_{0 i} c_{0 j}$, other rotational invariants such as $a_{0 i} a_{0 j} a_{i} a_{j}, a_{0 i} a_{0 j} b_{i} b_{j}$, $a_{0 i} a_{0 j} c_{i} c_{j}, b_{0 i} b_{0 j} a_{i} a_{j}, c_{0 i} c_{0 j} a_{i} a_{j}$ can all be expressed as the linear combination of the four independent invariants listed in expression (19). Obviously, cross terms such as $b_{0 i} c_{0 j} b_{i} c_{j}$ do not satisfy the requirement (2) and therefore should be disregarded.

$$
\begin{equation*}
F_{\mathrm{s}}^{(2)}=g_{1}\left(\mathbf{b} \cdot \mathbf{b}^{0}\right)^{2}+g_{2}\left(\mathbf{c} \cdot \mathbf{b}^{0}\right)^{2}+g_{3}\left(\mathbf{b} \cdot \mathbf{c}^{0}\right)^{2}+g_{4}\left(\mathbf{c} \cdot \mathbf{c}^{0}\right)^{2} \tag{20}
\end{equation*}
$$

In order to compare this form of surface energy with that in $\S 2$, we write $F_{\text {s }}$ as

$$
\begin{align*}
F_{\mathrm{s}}^{(1)}= & 3\left(v_{11} Q_{11}^{0}+w_{11} T_{11}\right)+\left[\left(v_{22}-v_{11}\right)\left(Q_{22}^{0}-Q_{11}^{0}\right)\right. \\
& \left.+\left(w_{22}-w_{11}\right)\left(T_{22}-T_{11}\right)\right]\left(\mathbf{b} \cdot \mathbf{b}^{0}\right)^{2} \\
& +\left[\left(v_{22}-v_{11}\right)\left(Q_{33}^{0}-Q_{11}^{0}\right)\right. \\
& \left.+\left(w_{22}-w_{11}\right)\left(T_{33}-T_{11}\right)\right]\left(\mathbf{c} \cdot \mathbf{b}^{0}\right)^{2} \\
& +\left[\left(v_{33}-v_{11}\right)\left(Q_{22}^{0}-Q_{11}^{0}\right)\right. \\
& \left.+\left(w_{33}-w_{11}\right)\left(T_{22}-T_{11}\right)\right]\left(\mathbf{b} \cdot \mathbf{c}^{0}\right)^{2} \\
& +\left[\left(v_{33}-v_{11}\right)\left(Q_{33}^{0}-Q_{11}^{0}\right)\right. \\
& \left.+\left(w_{33}-w_{11}\right)\left(T_{33}-T_{11}\right)\right]\left(\mathbf{c} \cdot \mathbf{c}^{0}\right)^{2} . \tag{21}
\end{align*}
$$

Here the superscript d in the $Q^{0}$ and $T$ matrix is dropped. Comparing equations (20) and (21), we find that if

$$
\begin{align*}
& g_{1}=\left(v_{22}-v_{11}\right)\left(Q_{22}^{0}-Q_{11}^{0}\right)+\left(w_{22}-w_{11}\right)\left(T_{22}-T_{11}\right) \\
& g_{2}=\left(v_{22}-v_{11}\right)\left(Q_{33}^{0}-Q_{11}^{0}\right)+\left(w_{22}-w_{11}\right)\left(T_{33}-T_{11}\right) \\
& g_{3}=\left(v_{33}-v_{11}\right)\left(Q_{22}^{0}-Q_{11}^{0}\right)+\left(w_{33}-w_{11}\right)\left(T_{22}-T_{11}\right) \\
& g_{4}=\left(v_{33}-v_{11}\right)\left(Q_{33}^{0}-Q_{11}^{0}\right)+\left(w_{33}-w_{11}\right)\left(T_{33}-T_{11}\right) \tag{22}
\end{align*}
$$

$F_{\mathrm{s}}^{(1)}$ and $F_{\mathrm{s}}^{(2)}$ will differ only by a constant. Notice that in both $F_{\mathrm{s}}^{(1)}$ and $F_{\mathrm{s}}^{(2)}$, there are four independent coefficients.

The surface energy can also be derived by expanding it into a series of rotation matrices $D_{m^{\prime} m}^{j}(\alpha \beta \gamma)$ given by equations (6) and (7)

$$
\begin{equation*}
F_{\mathrm{s}}=\sum_{j=0} \sum_{m^{\prime}=-j}^{j} \sum_{m=-j}^{j} B_{m^{\prime} m}^{j} D_{m^{\prime} m}^{j}(\alpha \beta \gamma) . \tag{23}
\end{equation*}
$$

Neglecting all the higher terms of $j \geqslant 3$, we have the expansion

$$
\begin{align*}
F_{\mathrm{s}}= & \sum_{j=0,12} \sum_{m^{\prime}=-j}^{j} \sum_{m=-j}^{j} B_{m^{\prime} m}^{j} \\
& \times \exp \left(-\mathrm{i} m^{\prime} \gamma\right) d_{m^{\prime} m}^{j}(\beta) \exp \left(-\mathrm{i} m_{\alpha}\right) \tag{24}
\end{align*}
$$

Under the operation of $\alpha \rightarrow \alpha+\pi$ (i.e. $\mathbf{a} \rightarrow-\mathbf{a}, \mathbf{b} \rightarrow-\mathbf{b}$ ) and $\gamma \rightarrow \gamma+\pi$, (i.e. $\mathbf{a}^{0} \rightarrow-\mathbf{a}^{0}$, $\mathbf{b}^{0} \rightarrow-\mathbf{b}^{0}$ ), the surface energy should be invariant. Therefore we have all the cofficents of $j=o d d, m^{\prime}=o d d, m=o d d$ equal to zero.

Since $F_{\mathrm{s}}$ is real and invariant under operation of $\beta \rightarrow \pi-\beta, \alpha \rightarrow \alpha+\pi, \gamma \rightarrow \pi-\gamma$, (i.e. $\mathbf{a}^{0} \rightarrow-\mathbf{a}^{0}, \mathbf{c}^{0} \rightarrow-\mathbf{c}^{0}$ ), we have

$$
\begin{align*}
B_{-20}^{2} & =B_{20}^{2}, \quad B_{0-2}^{2}=B_{02}^{2} \\
B_{-2-2}^{2} & =B_{22}^{2}=B_{-22}^{2}=B_{2-2}^{2} \tag{25}
\end{align*}
$$

Therefore $F_{\text {s }}$ is simplified as

$$
\begin{align*}
F_{\mathrm{s}}= & B_{00}^{2} P_{2}(\cos \beta)+\frac{\sqrt{6}}{2} B_{02}^{2} \cos 2 \alpha \sin ^{2} \beta \\
& +\frac{\sqrt{6}}{2} B_{20}^{2} \cos 2 \gamma \sin ^{2} \beta \\
& +B_{22}^{2}\left[\left(\cos ^{2} \beta+1\right) \cos 2 \alpha \cos 2 \gamma\right. \\
& -2 \cos \beta \sin 2 \alpha \sin 2 \gamma] \tag{26}
\end{align*}
$$

Meanwhile, according to equations (2) and (18), the surface energy in terms of Euler angles is

$$
\begin{align*}
F_{\mathrm{s}}= & \sum_{i, j}\left(v_{i i} U_{i j}^{2} Q_{j j}^{(0 \mathrm{~d})}+w_{i i} U_{i j}^{2} T_{j j}^{(\mathrm{d})}\right) \\
= & \frac{3}{2}\left(v_{33} S+w_{33} D\right) P_{2}(\cos \beta) \\
& +\frac{3}{4}\left[S\left(v_{11}-v_{22}\right)+D\left(w_{11}-w_{22}\right)\right] \cos 2 \gamma \sin ^{2} \beta \\
& -\frac{3}{4}\left(P v_{33}+C w_{33}\right) \sin ^{2} \beta \cos 2 \alpha \\
& +\frac{1}{4}\left[P\left(v_{11}-v_{22}\right)+C\left(w_{11}-w_{22}\right)\right]\left[\left(\cos ^{2} \beta+1\right)\right. \\
& \times \cos 2 \alpha \cos 2 \gamma-2 \cos \beta \sin 2 \alpha \sin 2 \gamma] \tag{27}
\end{align*}
$$

Comparing equation (26) with (27), we have

$$
\begin{align*}
& B_{00}^{2}=\frac{3}{2}\left(v_{33} S+w_{33} D\right) \\
& B_{02}^{2}=\frac{\sqrt{6}}{4}\left[S\left(v_{11}-v_{22}\right)+D\left(w_{11}-w_{22}\right)\right] \\
& B_{20}^{2}=-\frac{\sqrt{6}}{4}\left(P v_{33}+C w_{33}\right)  \tag{28}\\
& B_{22}^{2}=\frac{1}{4}\left[P\left(v_{11}-v_{22}\right)+C\left(w_{11}-w_{22}\right)\right]
\end{align*}
$$

When $\mathbf{a}=\mathbf{a}^{0}, \mathbf{b}=\mathbf{b}^{0}, \mathbf{c}=\mathbf{c}^{0}$ and for rod-like molecules, equation (27) gives

$$
\begin{equation*}
F_{\mathrm{s}}=\frac{3}{2} v_{33} S+\frac{1}{2}\left(v_{11}-v_{22}\right) P \tag{29}
\end{equation*}
$$

If $v_{11}=v_{22}, F_{\mathrm{s}}=3 v_{33} S / 2$. It has been suggested that, for an unrubbed polymer coated substrate with no preferred direction in the plane of the surface, the molecules of the nematic liquid crystal may lie perpendicular to the
substrate normal, resulting in a uniaxial surface layer with negative orientation order at temperatures above the bulk nematic-isotropic phase transition [5]. This corresponds to the situation where $v_{33}>0$. This type of ordering leads to the possibility of phase transition from uniaxial to biaxial nematics near the surface as the temperature decreases. If $v_{22}-v_{11} \neq 0$, the surface provides not only a mean field to align molecules perpendicular to the surface normal, but also a biaxial field to produce biaxiality.

Consider a liquid crystal confined between two parallel plates where the upper and lower plates are at $z=0, d$. Suppose the easy axis of $\mathbf{c}^{0}$ is along the film normal and $\mathbf{a}^{0}, \mathbf{b}^{0}$ are in the plane of the film. When the film thickness approaches infinity, the mid-plane directors will not be influenced by the boundary conditions. Minimizing the bulk elastic free energy in Landau-de Gennes form and the surface energy given by equation (29), we get the Euler-Lagrange equations for the order parameters $S_{(z)}$ and $P(z)$ where $z$ is the coordinate normal to the plane of the film. Since the equations do not have analytic solutions, we use trial functions $S_{(z ; \xi, \eta), P(z ; \xi, \eta) \text { to }}$ obtain the minimum free energy where $\xi, \eta$ are the parameters to be optimized. The result shows that the order parameter at the surface $P(0)$ approaches $-3 S_{(0)}\left(S_{(0)<0)}\right.$ for $v_{11}-v_{22}<0$ and $v_{33}>0$, when either temperature decrease or the biaxial part of the surface energy coefficient $\left|v_{11}-v_{22}\right|$ increase. For details of discussion and calculation see [9].

## 4. Possible experimental measurements of anchoring strengths

When the rotation angles $\phi_{a} \ll 1, \phi_{b} \ll 1, \phi_{c} \ll 1$, we have

$$
\begin{align*}
F_{\mathrm{s}}^{(1)}= & v_{11} Q_{11}^{0}+v_{22} Q_{22}^{0}+v_{33} Q_{33}^{0}+w_{11} T_{11}+w_{22} T_{22} \\
& +w_{33} T_{33}-\left[\left(v_{22}-v_{33}\right)\left(Q_{22}^{0}-Q_{33}^{0}\right)\right. \\
& \left.+\left(w_{22}-w_{33}\right)\left(T_{22}-T_{33}\right)\right] \phi_{a}^{2} \\
& -\left[\left(v_{33}-v_{11}\right)\left(Q_{33}^{0}-Q_{11}^{0}\right)\right. \\
& \left.+\left(w_{33}-w_{11}\right)\left(T_{33}-T_{11}\right)\right] \phi_{b}^{2} \\
& -\left[\left(v_{11}-v_{22}\right)\left(Q_{11}^{0}-Q_{22}^{0}\right)\right. \\
& \left.+\left(w_{11}-w_{22}\right)\left(T_{11}-T_{22}\right)\right] \phi_{c}^{2} . \tag{30}
\end{align*}
$$

In the small angle approximation, neglecting a constant, equation (30) can be derived in the following simple way. Suppose the rotation torque is linearly proportional to the angular displacement vector, i.e. $\mathbf{L}=W_{a} \phi_{a} \mathbf{a}^{0}+W_{b} \phi_{b} \mathbf{b}^{0}+W_{c} \phi_{c} \mathbf{c}^{0}$ : the energy stored in the
final configuration of $\phi a, \phi b$ and $\phi c$ is

$$
\begin{align*}
F & =\int \mathbf{L} \cdot\left(\mathrm{d} \phi a \mathbf{a}^{0}+\mathrm{d} \phi b \mathbf{b}^{0}+\mathrm{d} \phi c \mathbf{c}^{0}\right) \\
& =\frac{1}{2} W_{a} \phi_{a}^{2}+\frac{1}{2} W_{b} \phi^{2}+\frac{1}{2} W_{c} \phi_{c}^{2} . \tag{31}
\end{align*}
$$

This form is similar to that of Rapini-Papoula and therefore we call $W_{a}, W_{b}$ and $W_{c}$ the biaxial anchoring strengths. The relation between $W_{a}, W_{b}, W_{c}$ and $v_{i i}, w_{i i}$, $Q_{i i}^{0}, T_{i i}(i=1,2,3)$ can be easily obtained by comparing equations (30) and (31).

Consider a biaxial nematic confined between two parallel plates at $z= \pm d$. At the upper and lower boundaries, assume the easy axes $\mathbf{a}^{0}=\mathbf{x}, \mathbf{b}^{0}=\mathbf{y}, \mathbf{c}^{0}=\mathbf{z}$. When a magnetic field $\mathbf{H}=H_{\mathbf{x}}$ is applied and exceeds a certain threshold value, there will be a Fréedericksz transition. According to Saupe [8], the elastic energy density of biaxial nematics is

$$
\begin{align*}
F_{\mathrm{e}}= & \frac{1}{2} \sum_{a}\left\{K_{a a}\left[\mathbf{c} \cdot\left(\mathbf{a} \cdot \nabla_{\mathbf{b}}\right)\right]^{2}+K_{a b}\left[\mathbf{b} \cdot\left(\mathbf{a} \cdot \nabla_{\mathbf{a}}\right)\right]^{2}\right. \\
& +K_{a c}\left[\mathbf{c} \cdot\left(\mathbf{a} \cdot \nabla_{\mathbf{a}}\right)\right]^{2}+2 C_{a b}(\mathbf{a} \times \nabla \times \mathbf{a}) \cdot(\mathbf{b} \times \nabla \times \mathbf{b}) \\
& \left.+2 K_{0 a} \nabla \cdot\left(\mathbf{a} \cdot \nabla_{\mathbf{a}}-\mathbf{a} \nabla \cdot \mathbf{a}\right)\right\} \tag{32}
\end{align*}
$$

where the summation over $a$ has three terms corresponding to the cyclic permutation of $a, b$, and $c$. For example, $\Sigma_{a} f(a, b, c)=f(a, b, c)+f(b, c, a)+f(c, a, b) . \quad K_{a a}, K_{b b}$, $K_{c c}$ terms describe the directors $\mathbf{b}$ and $\mathbf{c}, \mathbf{c}$ and $\mathbf{a}, \mathbf{a}$ and $\mathbf{b}$ rotating around $\mathbf{a}, \mathbf{b}$ and $\mathbf{c}$ respectively. $K_{a b}, K_{a c}, K_{b c}$, $K_{b a}, K_{c a}$ and $K_{c b}$ terms describe six simple distortion patterns of bend and splay. $C_{a b}, C_{b c}, C_{c a}$ are the coupling terms with $K_{0 a}, K_{0 b}, K_{0 c}$ contribute to the surface energy.

The external field energy density is

$$
\begin{equation*}
F_{\mathrm{ex}}=-\frac{1}{2} \sum_{a} \chi_{a a}(\mathbf{H} \cdot \mathbf{a})^{2} \tag{33}
\end{equation*}
$$

where $\chi^{a a}, \chi^{b b}, \chi^{c c}$ are the three diagonal element of magnetic susceptibility. For the sake of definiteness, we assume $\chi^{c c}>\chi^{b b}>\chi^{a a}$. The surface energy density at small angle approximation is given by equation (31). Therefore the total energy is

$$
\begin{equation*}
F=\int\left(F_{\mathrm{e}}+F_{\mathrm{ex}}\right) \mathrm{d}^{r}+\int F_{\mathrm{s}} S \tag{34}
\end{equation*}
$$

At the vicinity of the lowest threshold field of Fréedericksz transition, the Euler-Lagrange equation is
linearized as

$$
\begin{align*}
& K_{b c \phi a z z}+\Delta_{\chi c b} H^{2} \phi a=0 \\
& K_{b b \phi b z z}=0 \\
& K_{b a \phi c z z}-\Delta_{\chi b a} H^{2} \phi c=0 \\
& \left( \pm K_{b c} \phi a z+W_{a \phi a}\right)_{z= \pm d}=0  \tag{35}\\
& \left( \pm K_{b b \phi b z}+W_{b \phi b}\right)_{z= \pm d}=0 \\
& \left( \pm K_{b a \phi c z}+W_{c \phi c}\right)_{z= \pm d}=0 .
\end{align*}
$$

Solving the equations, we obtain a transcendental equation from which the threshold field for the Fréedericksz transition can be found:

$$
\begin{equation*}
h \tan h=\frac{W_{a} d}{K_{b c}} \tag{36}
\end{equation*}
$$

where $h=\left(\Delta_{\chi^{c b}} / K_{b c}\right)^{1 / 2} H d, \Delta_{\chi^{c b}} \equiv \chi_{c c}-\chi^{b b}$. If the elastic constant $K_{b c}$ can be measured (for the possible experimental measurements of fifteen elastic constants of biaxial nematics, see [10]), the value of $W_{a}$ can be determined if $h_{\mathrm{F}}$, the threshold field for Fréedericksz transition is measured.

Similarly, consider the geometry where $\mathbf{a}^{0}=-\mathbf{y}$, $\mathbf{b}^{0}=-\mathbf{z}, \mathbf{c}^{0}=-\mathbf{x}, \mathbf{H}=H_{\mathbf{y}}$. Then the differential equations and boundary conditions are

$$
\left.\begin{array}{rl}
K_{b a \phi c z z}+\Delta^{b a} \\
K_{b b} H^{2} \phi c z & =0 \\
\left( \pm \chi_{b a} H^{2} \phi b\right. & =0  \tag{37}\\
\left( \pm K_{b b} \phi b z+W_{c} \phi z\right.
\end{array}\right) W_{z}= \pm d=0 .
$$

The transcendental equations are

$$
\begin{equation*}
h_{1} \tan h_{1}=\frac{W_{c} d}{K_{b a}}, \quad h_{2} \tan h_{2}=\frac{W_{b} d}{K_{b b}} \tag{38}
\end{equation*}
$$

where $\quad h_{1}=\left(\Delta_{\chi_{b a}} / K_{b a}\right)^{1 / 2} H d, \quad h_{2}=\left(\Delta_{\chi_{c a}} / K_{b b}\right)^{1 / 2} H d$, $\Delta_{\chi^{b a}} \equiv \chi^{b b}-\chi^{a a}, \Delta_{\chi^{c a}}=\chi_{c c}-\chi^{a a}$. If $K_{b a}, K_{b b}, \Delta_{\chi^{b a}}$ and $\Delta_{\chi c a}$ are known, then by measuring the threshold field of the Freedericksz transition, we can determine either $W_{b}$ or $W_{c}$, depending on which threshold field is lower.

## 5. Summary

In the present paper, we derive a form of surface energy for biaxial nematics. The method is similar to those used in deriving Landau elastic energy for bulk nematics and Frank elastic energy. The same surface energy can also be derived by rotation matrix expansion. The result shows that there are four independent coefficients in the surface energy. One application of surface energy when each of the three directors is along
its corresponding easy axis is briefly mentioned, and possible experimental measurements of three linear combinations of four coe ${ }^{f f}$ cients, i.e. the anchoring strengths in small angle approximation, is explored.

## References

[1] Rapini, A., and Papoular, M., 1969, J. Phys. (Paris) Colloq., 30, C4-54.
[2] De Gennes, P. G., and Prost, J., 1993, The Physics of Liquid Crystals, 2nd Edn (Oxford Science Publications), pp. 113, 100.
[3] Shiyanovskii, S. V., and Lavrentovich, O. D., 1997, Reflective Display, Technical Reports of ALCOM Symposium, Vol. IX, p. 139.
[4] Sheng, P., 1976, Phys. Rev. Lett., 37, 1059.
[5] Sluckin, T. J., and Poniewierski, A., 1985, Phys. Rev. Lett., 55, 2907.
[6] Landau, L. D., 1965, in Collected Papers, edited by D. Ter Harr (New York: Gordon and Breach), 193.
[7] Frank, F. C., 1958, Discuss. Faraday Soc., 25, 19.
[8] Saupe, A., 1981, J. chem. Phys., 75, 5118.
[9] Liu, H., 2000, Acta Physica Sinica (in Chinese), 49, no. 7, 1321.
[10] LiU, H., 1998, PhD thesis, p. 80.


[^0]:    Full terms and conditions of use: http://www.informaworld.com/terms-and-conditions-of-access.pdf
    This article may be used for research, teaching and private study purposes. Any substantial or systematic reproduction, re-distribution, re-selling, loan or sub-licensing, systematic supply or distribution in any form to anyone is expressly forbidden.

    The publisher does not give any warranty express or implied or make any representation that the contents will be complete or accurate or up to date. The accuracy of any instructions, formulae and drug doses should be independently verified with primary sources. The publisher shall not be liable for any loss, actions, claims, proceedings, demand or costs or damages whatsoever or howsoever caused arising directly or indirectly in connection with or arising out of the use of this material.

